Microwave-Assisted Rapid Synthesis of C@Fe₃O₄ Composite for Removal of Microplastics from Drinking Water

Gökhan ELMACI¹,*

¹Department of Chemistry, School of Technical Sciences, Adıyaman University, TR-02040 Adıyaman, Turkey
gelmetac@adiyaman.edu.tr, ORCID: 0000-0002-7235-0021

Received: 19.05.2020 Accepted: 11.06.2020 Published: 25.06.2020

Abstract

Filtration is a basic requirement for the production of clean drinking water. However, filtering of large-scale drinking water is a time-consuming and costly process. Addressed herein is a new approach to the removal of microplastics, defined as dangerous organic pollutants, from water. As magnetic adsorbent, highly porous and well dispersed C@Fe₃O₄ composites were produced by a facile and rapid one-pot microwave synthesis method in minutes. The prepared C@Fe₃O₄ composites were used as an adsorbent in water contaminated with microplastics. The obtained results revealed that the microplastics adhered to the composite surface and were successfully removed from the water with an external magnet. In this point, this study provides a new approach to the rapid, effective, and low-cost removal of microplastic pollutants from drinking water.

Keywords: Filtration; Magnetic composites; Microwave-assisted synthesis; Micropollutant.

* Corresponding Author DOI: 10.37094/adyujsci.739599
Filtrasyon, temiz içme suyu için temel bir gerekliliktir. Bununla beraber, büyük miktarda içme suyunun filtrenmesi zaman alıcı ve maliyetli bir işlemdir. Tehlikeli bir organik kirletici olarak tanımlanmış mikroplastiklerin sudan uzaklaştırılmasına yeni bir yaklaşım sunulmaktadır. Manyetik adsorban olarak, son derece gözenekli ve iyi dağılmış C@Fe₃O₄ kompozit dakikalar içinde kolay ve hızlı mikrodalga destekli sentez yöntemiyle üretildi. Hazırlanan C@Fe₃O₄ kompozit, mikroplastiklerle kirletilmiş suda bir adsorban olarak kullanıldı. Elde edilen sonuçlar, mikroplastiklerin kompozit yüzeye yapıştığını ve harici bir mıknatısla sudan başarıyla çıkarıldığını ortaya koydu. Bu noktada, bu çalışma mikroplastik kirleticilerin içme suyundan hızlı, etkili ve düşük maliyetli olarak uzaklaştırılmasına yeni bir yaklaşım sunmaktadır.

Anahtar Kelimeler: Filtrasyon; Manyetik kompozitler; Mikrodalga destekli sentez; Mikrokirleticiler.

1. Introduction

In recent years, magnetic materials have attracted a great attention because they can be produced effectively and efficiently from abundant raw materials [1, 2]. These materials can be used in different roles such as absorbents, catalysts, capacitors, energy storage systems, and sensors in various applications [3-9]. Especially, magnetic composites are used in the field of catalytic decomposition and removal of organic pollutants in environmental applications [10-12]. In addition, magnetic property significantly reduces recovery costs after the use of the material [10, 13]. This advantage allows the repeated use of these materials in many applications such as catalytic process and filtering systems [5, 14-16]. As a result of these advantages, magnetic materials will become more important in the future in terms of their potential applications. Therefore, the production of their composites in a cheap, fast, and an efficient way plays a vital role.

Microwave-assisted synthesis technology has been emerging as an alternative method for higher efficiency, selectivity, and large-scale production of nanoparticles compared to the conventional synthesis methods [17-23]. This technology is a fast synthesis technique that consumes relatively low energy [24, 25]. In particular, it provides efficient heating, which leads to a uniform size distribution of nanoparticles [23, 26, 27]. Thanks to controlled heating, it prevents the formation of many side reactions, and thus provides efficiency and repeatability in the production of nanoparticles [28-30]. Therefore, microwave technology is an indispensable part of green chemistry [19, 31].

The low-cost and fast production of magnetic composites have gained increasing interest as filtering materials to obtain clean drinking water [32, 33]. Carbon-based magnetic materials
are used to remove heavy metal ions, organic dyes, and microbial contaminants from water [34, 35]. In addition, microplastics are defined as organic pollutants that are becoming increasingly dangerous to human health [36-38]. New composites are being developed as an alternative to traditional filter materials such as natural minerals, zeolites, and porous carbon absorbents used to clean drinking water [39-41]. Due to its porous structure and high surface area, carbon-based magnetic composites can be an alternative to conventional filter materials to remove microplastic pollutants from drinking water [42, 43].

The present paper introduces a rapid synthetic strategy, which allows the production of highly porous and well dispersed C@Fe$_3$O$_4$ composites in minutes. Furthermore, the produced C@Fe$_3$O$_4$ composites were evaluated to remove microplastic pollutants from drinking water.

2. Experimental

2.1. Chemicals and materials

The reagent grade chemicals, Polystyrene beads (3µm), Glucose, FeCl$_3$, FeCl$_2$. 4H$_2$O and Ammonium hydroxide (30-32%) were purchased from Sigma-Aldrich. All reactions were carried out using deionized water (resistivity < 18 MΩ-cm).

2.2. Instrumentation

The TGA analysis was carried out with a HITACHI SII 7300 with a heating rate of 2 °C min$^{-1}$ under an air atmosphere. The XRD (X-ray diffraction) patterns were performed on a Pan Analytical Empyrean instrument with Cu Kα radiation (λ = 1.54056 Å) from 3 to 70° (2θ) at a scanning rate of 2° min$^{-1}$. The micro-morphology and structure of sample were examined using Scanning electron microscopy, and Transmission electron microscopy (SEM, ZEISS Sigma 300; TEM, Hitachi HT 7700). The magnetic properties were performed on a VSM device (Quantum Designed Physical Property Measurement System) in the magnetic field range of ±20 kOe. The Brunauer–Emmett–Teller (BET) specific surface area of C@Fe$_3$O$_4$ was calculated by nitrogen sorption isotherms that were measured on a Micromeritics 3Flex instrument, to obtain the surface area. Microwave-irradiated reactions were conducted on a microwave reactor (Discover SP, CEM, Matthews, NC, USA).

2.3. Preparation of C@Fe$_3$O$_4$ composite

1.02 g of FeCl$_3$, 2.45 g of FeCl$_2$. 4H$_2$O was dissolved in a 80 mL of de-ionized water, and then 5 mL of 0.1M NH$_4$OH solution added over it dropwise. The solution was refluxed under microwave irradiation according to the desired program (200 W, 100 °C, hold for 10 min). 2 g of
glucose was dissolved in 5 mL of de-ionized water, then glucose solution added over as-prepared Fe₃O₄ suspension. The suspension was refluxed under microwave irradiation at 130 °C for 10 min. Finally, the C@Fe₃O₄ composite was filtered, washed with deionized water several times, and then dried at 70°C for 12 h.

2.4. Micropollutant removal batch studies

Drinking water samples were obtained from the local market in Turkey and used without further purification or any treatments in the micropollutant removal studies. In a sample batch study, an appropriate amount of polystyrene beads were dispersed in the drinking water for 30 min in an ultrasonic bath. Then, the resulting suspensions were treated with the produced C@Fe₃O₄ composites in order evaluate their micropollutant removal efficiencies from the drinking water samples.

3. Results and Discussion

Powder XRD was used to confirm the crystal structure of C@Fe₃O₄ composite. Fig. 1a shows the XRD diffraction pattern of C@Fe₃O₄. The X-ray diffraction pattern of the C@Fe₃O₄ exhibits a broad peak centered at 22.21°, which is attributed to amorphous carbon support. The peaks of Fe₃O₄ at 30.28°, 35.63°, 36.754°, 43.36°, 53.93°, 57.942°, and 63.58° are consistent with the (220), (311), (222), (400), (422), (511), and (440) of the standard card of Fe₃O₄ (JCPDS 65–3107) (Fig. 1a). XRD data confirms the presence of both magnetic Fe₃O₄ and amorphous carbon in the composite structure.

Separation of the produced composite from the suspended solution with an external magnet is an important feature to reduce recovery costs and saving time. Thus, synthesis of magnetite, which exhibit relatively high magnetization among other magnetic metal oxides, was chosen. The magnetic properties of C@Fe₃O₄ composite were investigated using VSM device (Quantum Designed Physical Property Measurement System). Fig. 1b display a representative magnetization curve of C@Fe₃O₄ measured at room temperature, which exhibit typical superparamagnetic behavior and the saturation magnetization of the C@Fe₃O₄ is 48.3 emu/g.

The solution containing Fe²⁺ and Fe³⁺ salts forms the highly soluble ferrihydrite (Fe(OH)₃) in basic medium [44]. It is then possible that Fe(OH)₃ can react with Fe²⁺ species and precipitate as magnetite (Fe₃O₄). The following reaction takes place (predictably) during microwave-assisted synthesis: 2Fe(OH)₃ + Fe²⁺ → Fe₃O₄ + 2H₂O + 2H⁺.
Thanks to the microwave-assisted controlled heating, this suspension was completely transformed into the nearly monodisperse Fe$_3$O$_4$ nanoparticles with a uniform size within a short period of 10 min (Scheme 1).

SEM and TEM analysis techniques were used to investigate the shape and size of the particles forming the components of the composite. SEM image of Fe$_3$O$_4$ particles in the composite revealed that the average diameter was ~90 nm, producing an interconnected porous network with carbon support seen in Fig. 2a. In addition, TEM image shows that carbon support has a spherical shape with an average size of ~40 nm decorated with spherical Fe$_3$O$_4$ (Fig. 2b).
Thermal stability of the C@Fe₃O₄ was characterized by TGA (Fig. 3a). The first weight-loss in the temperature range of ca. 30–120 °C might result from the loss of adsorbed water. The second weight-loss broader range of ca. 250–450 °C was presumably due to the decomposition of the C@Fe₃O₄, in which the carbon support oxidized to CO₂. This is followed by a more drastic weight loss starting at ca. 450 °C, revealing a nearly complete decomposition of the Fe₃O₄ to Fe₂O₃. On the other hand, the porosity information on C@Fe₃O₄ composite was characterized by a N₂ adsorption-desorption study, and the BET surface area of C@Fe₃O₄ was measured to be 250.1 m²/g.

Microplastics are defined among common aquatic pollutants with a size range of 0.1 μm - 5 mm [45, 46]. The main source of these pollutants is the result of mechanical and chemical decomposition of large quantities of plastics produced. Microplastics transported to the seas and lakes by wastewater threaten all aquatic life [47]. In addition, these pollutants are also a great threat to mammals through the food chain. Moreover, its toxicity to living organism in the
growing period is even higher [45-47]. Therefore, these organic pollutants should be removed from water sources with effective and low-cost methods. For this purpose, C@Fe₃O₄ composite was produced as a model sorbent by microwave-assisted synthesis method to remove microplastics from water. Polystyrene beads were used to represent microplastics as organic pollutants.

20 mg of polystyrene beads were dispersed in 20 ml of water for 30 minutes in the sonicator. Then 5 mg of composite was added to this suspension and the heterogeneous mixture was sonicated for 30 minutes. The suspension containing composite and polystyrene beads were separated by an external magnet from the drinking water in 2 minutes (Fig. 4b). Then, this structure was examined in detail with SEM and EDX measurements. SEM image shows that the C@Fe₃O₄ composite adheres to the surface of polystyrene beads (Fig. 4a). In this way, polymer beads suspended in water were easily separated with the help of an external magnet (Fig. 4b). Furthermore, the energy dispersive X-ray (EDX) elemental mapping clearly confirms that the C@Fe₃O₄ composite completely cover on the polystyrene beads (Fig. 4a).

![Figure 4](image-url)
4. Conclusions

In summary, we prepared highly porous and well dispersed C@Fe$_3$O$_4$ composite by a facile and rapid one-pot microwave synthesis method in minutes. The introduced microwave process led to the production of homogeneous particle size distribution Fe$_3$O$_4$ (~90nm) and high surface area carbon support (250.1 m$^2$/g), using low-cost starting materials. Furthermore, C@Fe$_3$O$_4$ composite was used as an adsorbent in water contaminated with microplastics. The microplastics adhered to the composite surface and were successfully removed from the water with an external magnet. Overall, this study provides a new approach to the rapid, effective, and low-cost removal of microplastic pollutants from drinking water samples.

Acknowledgement

The author declares no conflict of interests.

References

[1] Ahmadian-Fini, S., Salavati-Niasari, M., Ghanbari, D., Hydrothermal green synthesis of magnetic Fe$_3$O$_4$-carbon dots by lemon and grape fruit extracts and as a photoluminescence sensor for detecting of E. coli bacteria, Spectrochimica Acta Part a-Molecular and Biomolecular Spectroscopy, 203, 481-493, 2018.

[2] Maensiri, S., Sangmanee, M., Wiengmoon, A. Magnesium Ferrite (MgFe$_2$O$_4$) Nanostructures Fabricated by Electrospinning., Nanoscale Res. Lett., 4, 221-228, 2009.

[3] Hajalilou, A., Kianvash, A., Lavvafi, H., Shameli, K., Nanostructured soft magnetic materials synthesized via mechanical alloying: a review., Journal of Materials Science: Materials in Electronics, 29, 1690-1717, 2018.

[4] Zhukov, A. Novel Functional Magnetic Materials, Springer, 2016.

[5] Elmaci, G., Ozer, D., Zumreoglu-Karan, B., Liquid phase aerobic oxidation of benzyl alcohol by using manganese ferrite supported-manganese oxide nanocomposite catalyst, Catalysis Communications, 89, 56-59, 2017.

[6] Elmaci, G., Frey, C.E., Kurz, P., Zumreoglu-Karan, B., Water oxidation catalysis by birnessite@ iron oxide core–shell nanocomposites, Inorganic Chemistry, 54, 2734-2741, 2015.

[7] Elmaci, G., Frey, C.E., Kurz, P., Zumreoglu-Karan, B., Water oxidation catalysis by using nano-manganese ferrite supported 1D-(tunnelled), 2D-(layered) and 3D-(spinel) manganese oxides, Journal of Materials Chemistry A, 4, 8812-8821, 2016.

[8] Kayili, H.M., Ertürk, A.S., Elmaci, G., Salih, B., Poly (amidoamine) dendrimer coated magnetic nanoparticles for the fast purification and selective enrichment of glycopeptides and glycans, Journal of Separation Science, 42, 3209-3216, 2019.

[9] Elmaci, G., Özgenç, G., Kurz, P., Zumreoglu-Karan, B., Enhanced water oxidation performances of birnessite and magnetic birnessite nanocomposites by transition metal ion doping, Sustainable Energy & Fuels, 4, 3157-3166, 2020.
[10] Gómez-Pastora, J., Dominguez, S., Bringas, E., Rivero, M.J., Ortiz, I., Dionysiou, D.D., Review and perspectives on the use of magnetic nanophotocatalysts (MNPs) in water treatment, Chemical Engineering Journal, 310, 407-427, 2017.

[11] Xiao, D., Lu, T., Zeng, R., Bi, Y., Preparation and highlighted applications of magnetic microparticles and nanoparticles: a review on recent advances, Microchimica Acta, 183, 2655-2675, 2016.

[12] Karan, B., Degradation of Crystal Violet Dye from Waters by Layered MnO₂ and Nanocomposite-MnO₂@ MnFe₂O₄ Catalysts, Hacettepe Journal of Biology and Chemistry, 45, 573-580, 2018.

[13] Negin, C., Ali, S., Xie, Q., Application of nanotechnology for enhancing oil recovery—A review, Petroleum, 2, 324-333, 2016.

[14] Chen, H., Wang, X., Bi, W., Wu, Y., Dong, W., Photodegradation of carbamazepine with BiOCl/Fe₃O₄ catalyst under simulated solar light irradiation, Journal of colloid and interface science, 502, 89-99, 2017.

[15] Tudorache, M., Opris, C., Cojocaru, B., Apostol, N.G., Tirsoaga, A., Coman, S.M., et al., Highly efficient, easily recoverable, and recyclable re−SiO₂−Fe₃O₄ catalyst for the fragmentation of lignin, ACS Sustainable Chemistry & Engineering, 6, 9606-9618, 2018.

[16] Fan, R., Min, H., Hong, X., Yi, Q., Liu, W., Zhang, Q., et al., Plant tannin immobilized Fe₃O₄@ SiO₂ microspheres: A novel and green magnetic bio-sorbent with superior adsorption capacities for gold and palladium, Journal of Hazardous Materials, 364, 780-790, 2019.

[17] Kumar, A., Kuang, Y., Liang, Z., Sun, X., Microwave Chemistry, Recent Advancements and Eco-Friendly Microwave-Assisted Synthesis of Nanoarchitectures and Their Applications: A Review, Materials Today Nano, 100076, 2020.

[18] Singh, R., Kumar, R., Singh, D., Savu, R., Moshkalev, S., Progress in microwave-assisted synthesis of quantum dots (graphene/carbon/semiconducting) for bioapplications: a review, Materials Today, 12, 282-314, 2019.

[19] Zuliani, A., Balu, A.M., Luque, R., Efficient and environmentally friendly microwave-assisted synthesis of catalytically active magnetic metallic Ni nanoparticles, ACS Sustainable Chemistry & Engineering, 5, 11584-11587, 2017.

[20] Ertürk, A.S., Elmacı, G., PAMAM dendrimer functionalized manganese ferrite magnetic nanoparticles: microwave-assisted synthesis and characterization, Journal of Inorganic and Organometallic Polymers and Materials, 28, 2100-2107, 2018.

[21] Ertürk, A.S., Controlled Production of Monodisperse Plant Mediated AgNP Catalysts Using Microwave Chemistry: A Desirability Function Based Multiple Response Optimization Approach, ChemistrySelect, 4, 9300-9308, 2019.

[22] Koca, M., Ertürk, A.S., Umaz, A., Microwave-assisted intermolecular aldol condensation: Efficient one-step synthesis of 3-acetyl isocoumarin and optimization of different reaction conditions, Arabian Journal of Chemistry, 11, 538-545, 2018.

[23] Elmacı, G., Microwave Assisted Green Synthesis of Ag/AgO Nanocatalyst as An Efficient OER Catalyst in Neutral Media, Hittite Journal of Science & Engineering, 7, 61-65, 2020.

[24] de Medeiros, T.V., Manioudakis, J., Noun, F., Macairan, J.-R., Victoria, F., Naccache, R., Microwave-assisted synthesis of carbon dots and their applications, Journal of Materials Chemistry C, 7, 7175-7195, 2019.
[25] Gaudino, E.C., Cravotto, G., Manzoli, M., Tabasso, S., *From waste biomass to chemicals and energy via microwave-assisted processes*, Green Chemistry, 21, 1202-1235, 2019.

[26] Schneider, T., Löwa, A., Karagiozov, S., Sprenger, L., Gutiérrez, L., Esposito, T., et al., *Facile microwave synthesis of uniform magnetic nanoparticles with minimal sample processing*, Journal of Magnetism and Magnetic Materials, 421, 283-291, 2017.

[27] Elmacı, G., *Magnetic Hollow Biocomposites Prepared from Lycopodium clavatum Pollens as Efficient Recyclable Catalyst*, ChemistrySelect, 5, 2225-2231, 2020.

[28] Ragupathi, C., Vijaya, J.J., Kennedy, L.J., *Preparation, characterization and catalytic properties of nickel aluminate nanoparticles: A comparison between conventional and microwave method*, Journal of Saudi Chemical Society, 21, 231-239, 2017.

[29] Xu, S., Zhong, G., Chen, C., Zhou, M., Kline, D.J., Jacob, R.J., et al., *Uniform, scalable, high-temperature microwave shock for nanoparticle synthesis through defect engineering*, Matter, 1, 759-769, 2019.

[30] Cai, Y., Piao, X., Gao, W., Zhang, Z., Nie, E., Sun, Z., *Large-scale and facile synthesis of silver nanoparticles via a microwave method for a conductive pen*, RSC Advances, 7, 34041-34048, 2017.

[31] Wang, M., Wang, Z., Wei, L., Li, J., Zhao, X., *Catalytic performance and synthesis of a Pt/graphene-TiO2 catalyst using an environmentally friendly microwave-assisted solvothermal method*, Chinese Journal of Catalysis, 38, 1680-1687, 2017.

[32] Puente-Urbina, A., Montero-Campos, V., *Porous materials modified with Fe3O4 nanoparticles for arsenic removal in drinking water*, Water, Air, & Soil Pollution, 228, 374, 2017.

[33] Latibari, S.T., Sadrameli, S.M., *Carbon based material included-shaped stabilized phase change materials for sunlight-driven energy conversion and storage: An extensive review*, Solar Energy, 170, 1130-1161, 2018.

[34] Ribeiro, R.S., Silva, A.M., Figueiredo, J.L., Faria, J.L., Gomes, H.T., *Catalytic wet peroxide oxidation: a route towards the application of hybrid magnetic carbon nanocomposites for the degradation of organic pollutants. A review*, Applied Catalysis B: Environmental, 187, 428-460, 2016.

[35] Fossi, M.C., Baini, M., Panti, C., Galli, M., Jiménez, B., Muñoz-Arnanz, J., et al., *Are whale sharks exposed to persistent organic pollutants and plastic pollution in the Gulf of California (Mexico) First ecotoxicological investigation using skin biopsies*, Comparative Biochemistry and Physiology Part C: Toxicology & Pharmacology, 199, 48-58, 2017.

[36] Liu, G., Zhu, Z., Yang, Y., Sun, Y., Yu, F., Ma, J., *Sorption behavior and mechanism of hydrophilic organic chemicals to virgin and aged microplastics in freshwater and seawater*, Environmental Pollution, 246, 26-33, 2019.

[37] Jiang, J.-Q., *Occurrence of microplastics and its pollution in the environment: A review*, Sustainable Production and Consumption, 13, 16-23, 2018.

[38] Chandrakala, B., Vasudha, D., Yaseen, M., Aravinda, H., *Purification of water using low cost adsorbents-fly ash and activated carbon*, International Journal of Advanced Research in Science and Technology, 3, 1237-1242, 2018.
[40] Pandey, S. A., *Comprehensive review on recent developments in bentonite-based materials used as adsorbents for wastewater treatment*, Journal of Molecular Liquids, 241, 1091-1113, 2017.

[41] Yadav, K.K., Gupta, N., Kumar, V., Khan, S.A., Kumar, A., *A review of emerging adsorbents and current demand for defluoridation of water: bright future in water sustainability*, Environment International, 111, 80-108, 2018.

[42] Namvari, M., Namazi, H., *Preparation of efficient magnetic biosorbents by clicking carbohydrates onto graphene oxide*, Journal of Materials Science, 50, 5348-5361, 2015

[43] Soares, S.F., Fernandes, T., Trindade, T., Daniel-da-Silva, A.L., *Surface engineered magnetic biosorbents for water treatment. In: Green Adsorbents for Pollutant Removal*, Springer, 301-342, 2018.

[44] Hansel, C.M., Benner, S.G., Fendorf, S., *Competing Fe (II)-induced mineralization pathways of ferrihydrite*, Environmental Science & Technology, 39, 7147-7153, 2005.

[45] Cole, M., Lindeque, P., Halsband, C., Galloway, T.S., *Microplastics as contaminants in the marine environment: a review*, Marine Pollution Bulletin, 62, 2588-2597, 2011.

[46] do Sul, J.A.I., Costa, M.F., *The present and future of microplastic pollution in the marine environment*, Environmental Pollution, 185, 352-364, 2014.

[47] Sharma, S., Chatterjee, S., *Microplastic pollution, a threat to marine ecosystem and human health: a short review*, Environmental Science and Pollution Research, 24, 21530-21547, 2017.